Polarization characteristics of phase retardation defect mode lasing in polymeric cholesteric liquid crystals

Myoung Hoon Songa, Ki-Chul Shinb, Byoungchoo Parka, Yoichi Takanishia, Ken Ishikawa, Junji Watanabea, Suzushi Nishimurab, Takehiro Toyookab, Zhengguo Zhuc, Timothy M. Swagerc, Hideo Takezoea,*

*aDepartment of Organic and Polymeric Materials, Tokyo Institute of Technology, O-okayama, Meguro-ku, Tokyo 152-8552, Japan
bCentral Technical Research Lab., Nippon Oil Corporation, Chidoricho 8, Naka-ku, Yokohama 231-0815, Japan
cDepartment of Chemistry, Massachusetts Institute of Technology, 77 Massachusetts Ave., Cambridge, MA 02139, USA

Received 13 January 2004; accepted 27 January 2004
Available online 17 April 2004

Abstract
We have studied the lasing characteristics of a dye-doped nematic layer sandwiched by two polymeric cholesteric liquid crystal (CLC) films as photonic band gap (PBG) materials. The nematic layer acts as a defect layer, the anisotropy of which brings about the following remarkable optical characteristics: (1) reflectance in the PBG region exceeds 50% due to the retardation effect, being unpredictable from a single CLC film; (2) efficient lasing occurs either at the defect mode wavelength or at the photonic band edge; and (3) the lasing emission due to both the defect mode and the photonic band edge mode contains both right- and left-circular polarizations, while the lasing emission from a dye-doped single CLC layer with a left-handed helix is left-circularly polarized.

© 2004 Elsevier Ltd. All rights reserved.

Keywords: Photonic band gap; Polymer cholesteric liquid crystal; Defect mode; Lasing; Phase retardation; Polarization

1. Introduction

Crystals possessing a periodic modulation of their dielectric function, called photonic crystals (PCs), can inhibit certain frequencies of electromagnetic radiation from propagating through specific crystal orientations, i.e. photonic band gap (PBG) [1]. PCs are widely studied for their optical properties that allow manipulating the flux of light and making these materials good candidates for all optical signal processing. Particularly, cholesteric liquid crystals (CLCs) are one of the most interesting one-dimensional PC materials because of their nature of self-assembly. Light having the same handedness of circular polarization as that of the CLC helix cannot propagate through the CLCs in a frequency range corresponding to the PBG [2]. The same phenomenon has also been observed in certain kinds of insect cuticles [3]. Even more interesting is a beetle named Plusiotis resplendens that reflects both right- and left-circularly polarized light components [4]. This latter effect originates from a structure consisting of a unidirectional orientation of fibrils, that act as a λ/2 plate, sandwiched by two films with a left-handed helix (L-helix), that acts as a PBG structure. In this paper, we demonstrate lasing from photonic structures similar to those in the cuticle of Plusiotis resplendens.

The observation of spontaneous emission in dye-doped CLCs [5] has made lasing in CLCs become one of the most interesting areas. Lasing at the PBG edge has been reported in low molecular CLCs [6–8], polymeric cholesteric liquid crystals (PCLCs) [9], chiral smectic LCs [10] and the blue phase [11]. Among them, because of a reduced lasing threshold, higher quantum yield, improved emission [9] and good processibility, PCLC films are regarded as the best candidate of organic material for the formation of continuous wave lasing and organic diode lasers by charge injection, which are desirable in the view of practical applications.

Physical imperfections purposely introduced in periodic PC structures can cause an additional resonant mode...
(defect mode) inside PBG [1, 12]. The use of defect modes has also been proposed for lasing at low threshold [12, 13]. Generally, two kinds of configurations for generating defect modes in CLCs are suggested theoretically: introduction of an isotropic spacing layer in the middle of CLCs [14] and creation of a phase jump without any spacing in CLC structures [15–17]. Recently, Schmidtke et al. [18] experimentally demonstrated the defect mode lasing caused by a phase jump in CLCs and described its polarization characteristics. We recently demonstrated efficient lasing from an anisotropic defect layer in CLCs [19]. In this study, we investigated the polarization characteristics of the phase retardation defect mode emission, being different from that of single layer and twist defect mode systems in CLCs.

2. Experimental

For PCLCs, mixtures of two nematic liquid crystal (NLC) polymers (Nippon Oil Corporation) were used. One of the NLC polymers contains 25% chiral units in its chemical composition, giving right-handed helix (R-helix). By changing the mixing ratio of the two NLC polymers, the wavelength of PBG in PCLCs was controlled [20]. To fabricate PCLC films, a solution of the PCLC mixture was spin-coated on glass substrates with unidirectionally rubbed polyimide (AL 1254, JSR). After the coated PCLC films were cured for 2 min at 180 °C, we obtained well-aligned PCLC films. The cholesteric helical axis of the PCLC film was normal to the substrate surface and the thickness of the obtained PCLC film was about 1.8 μm. A pair of PCLC coated substrates were stacked and sealed to fabricate a vacant cell with a spacer, as shown in Fig. 1. A commercial monomeric mixture of NLCs (ZLI2293, Merck) was doped with a fluorescent polymeric dye [21] of 2 wt% and was introduced into cells fabricated by the PCLC films using a capillary action to form an anisotropic defect layer, as shown in Fig. 1. For comparison, we also prepared polymer-dye-doped simple CLC, consisting of a host NLC (ZLI 2293, Merck) and 27.9 wt% of the chiral dopant (MLC 6247, Merck). The cell thickness was about 14 μm, and the L-helix [8] was formed with the helical axis along the substrate surfaces.

Reflectance spectra were observed using a microscope spectrometer (ORC, TFM-120AF-P). For the measurements of fluorescence and lasing spectra, a 440-nm pulsed laser beam from an optical parametric oscillator (Surelite OPO; HOYA Continuum) pumped by a third-harmonic light from a Nd:YAG laser was used for an optical pumping source. The pumping laser beam was focused on the sample surface at oblique incidence (about 30°) and the emission from the sample cell was collected by a lens and then detected by the multi-channel spectrometer (USB 2000:Ocean Optics, Inc.).

3. Results and discussions

Fig. 2 shows the measured reflectance spectrum from a fabricated sample cell (solid curve). The reflectance spectrum of a single PCLC film (dash-dot curve) is also shown for comparison. A striking phenomenon should be noted for the PCLCs with dye-doped NLC defect layer; i.e. the reflectance in the PBG region is higher than 50%, being quite different from other previously suggested defect modes in CLCs [19]. In contrast, the single PCLC film shows lower reflectance of about 40%, as expected.

A reflectance higher than 50% is caused by the phase retardation effect of the defect layer. Let us consider an ideal case like the cuticle of *Plusiotis resplendens* [4], that has a λ/2 plate between R-helix films, as mentioned above. Right-circular polarized (R-CP) light is reflected by the R-helix and left-circular polarized (L-CP) light passes through. The transmitted L-CP light is changed to R-CP light after passing through a λ/2 plate, then R-CP is again reflected by the second R-helix. Since this R-CP light is converted back to L-CP light by the λ/2 plate, it transmits through R-helix.
Finally, 100% reflectance is obtained. In the present case, the thickness of the nematic layer is not controlled, so that the above effect is partially achieved, resulting in a reflectance higher than 50%, as shown in Fig. 2.

The other feature that should be noted is a notch of reflectance in the middle of the PBG region. This is a new type (retardation) of defect mode in the sense that the line shape is fairly broad in contrast to the normal defect mode which shows a sharp and deep dip [19]. The magnitude and shape of the reflectance can be controlled by adjusting the thickness and the anisotropy of NLC defect layers.

It is well known that polarized light of the same handedness as the cholesteric medium is suppressed inside the PBG and enhanced at the band edge of the PBG in single layer CLC film [22]. This is why lasing occurs at the edge of PBG and the lasing emission is circularly polarized with the same handedness as CLC. As for CLC films containing a 90\degree phase jump inside the helix, Kopp et al. [15] suggested theoretically that the polarization of light is affected by the film thickness. CP emission with the same handedness as the CLC helix is dominant below the crossover thickness, where equal contributions exist for L- and R-CP, and CP emission with opposite handedness as the CLC helix becomes dominant above the crossover thickness. In the present configuration with an anisotropic defect layer, as mentioned above, the polarization state changes after passing through the anisotropic layer depending on the thickness. Then how is the polarization state of the lasing emission?

To study the polarization characteristics of these CLC lasers, we first observed the polarization dependent lasing of a low molecular weight CLC layer. As shown in Fig. 3, L-CP lasing emission with the same handedness as the CLC helix is observed at the low-energy edge of the PBG. A weak peak for R-CP is due to a \(\lambda/4\) plate, which is not suited exactly to the lasing emission wavelength. This result is consistent with the simulated result [22].

Fig. 4 shows the lasing spectra (solid curve) observed in a cell with a NLC defect layer using R- and L-CP. Here, the reflectance spectrum (dash-dot curve) of PBG region is adjusted to overlap with the fluorescent emission band by controlling the mixing ratio of the chiral polymeric CLC (93 wt%). As shown in Fig. 4, a sharp lasing emission is generated just at the notch of PBG. A remarkable point is that lasing occurs both for L-CP and R-CP. The experiment was also performed in a cell with a decreased amount of chiral polymer NLC (87 wt%) to have a lasing emission at

![Fig. 3. The L-CP (a) and R-CP (b) lasing emission (solid curve) spectra at the low-energy edge of PBG and reflectance (dash-dot curve) of PBG in a dye-doped single CLC cell.](image)

![Fig. 4. Lasing emission (solid curve) spectra at the defect mode and reflectance (dash-dot curve) spectra of phase retardation defect mode. (a) L-CP defect mode lasing. (b) R-CP defect mode lasing for the cell with the mixing ratio of chiral NLC polymer of 93 wt% in CLC layers.](image)
the high-energy edge of PBG, as shown in Fig. 5. It is noteworthy that both L-CP and R-CP lasing emissions are observed in this case, although a small spontaneous emission at the higher energy side of the lasing peak can be seen in the L-CP, (Fig. 5(a)) that is absent in the R-CP, (Fig. 5(b)).

4. Conclusions

We have studied the effect of the anisotropic NLC defect layer introduced between PCLC layers, and have been addressed, in particular, the polarization characteristics. It was found that the reflectance was over 50% in the PBG region and both CP lasing would occur irrespective of the modes of lasing, defect mode and edge mode, due to the birefringence of the defect layer.

Acknowledgements

This work is partly supported by TIT-KAIST Joint Program and JSPS Research for the future program, 21st century COE program, and a grant-in-aid for Scientific Research on Priority Area (B) (12129202) by the Ministry of Education, Science, Sports and Culture. B.P. is partly supported by the q-PSI program at Hanyang University through KOSEF of the Republic of Korea and the stay of K.-C. Shin at TIT is supported by Samsung Electronics. T.M. Swager thanks the NSF for support.

References

[1] E. Yablonovitch, Inhibited spontaneous emission in solid-state physics and electronics, Physical Review Letters 58 (1987) 2059–2062.
[2] P.G. de Gennes, J. Prost, The Physics of Liquid Crystals, second ed., Clarendon Press, Oxford, 1993, pp. 271–280.
[3] Y. Bouligand, Sur l’existence de Pseudomorphoses cholesteriques chez divers organismes vivants, Journal de Physique, Paris C4 (30) (1969) 90–103.
[4] S. Caveney, Cuticle reflectivity and optical activity in scarab beetles: the role of uric acid, Proceeding of the Royal Society, London, B 178 (1971) 205–225.
[5] M. Hara, H. Takezoe, A. Fukuda, E. Kuzu, Y. Kaizu, H. Kobayashi, Influence of cholesteric Bragg reflection on spontaneous emission from the inside of the helical structure, Molecular Crystal and Liquid Crystals 116 (1985) 253–263.
[6] V.I. Kopp, B. Fan, H.K.M. Vithana, A.Z. Genack, Low-threshold lasing at the edge of a photonic stop band in cholesteric liquid crystals, Optics Letters 23 (1998) 1707–1709.
[7] F. Araoka, K.C. Shin, Y. Takanishi, Z. Zhu, T.M. Swager, K. Ishikawa, H. Takezoe, How doping a cholesteric liquid crystal with polymeric dye improves an order parameter and makes possible low threshold lasing, Journal of Applied Physics 94 (2003) 279–283.
[8] K.C. Shin, F. Araoka, B. Park, Y. Takanishi, K. Ishikawa, Z. Zhu, T.M. Swager, H. Takezoe, Advantages of highly ordered polymers-dyes for lasing in chiral nematic liquid crystals, Japanese Journal of Applied Physics 43 (2004) 631–636.
[9] J. Schmidtk, W. Stille, H. Finkelmann, S.T. Kim, Laser emission in a dye doped cholesteric polymer network, Advanced Materials 14 (2002) 746–749.
[10] M. Ozaki, M. Kasano, D. Ganzke, W. Haase, K. Yoshino, Mirrorless lasing in a dye-doped ferroelectric liquid crystal, Advanced Materials 14 (2002) 306–309.
[11] W. Cao, A. Munoz, P. Palffy-Muhoray, B. Taheri, Lasing in a three-dimensional photonic crystal of the liquid crystal blue phase II, Nature Materials 1 (2002) 111–113.
[12] E. Yablonovitch, T.J. Gmitter, Donor and acceptor modes in photonic band structure, Physical Review Letters 67 (1991) 3380–3383.
[13] O. Painter, P.K. Lee, A. Scherer, A. Yariv, J.D. O’Brien, P.D. Dapkus, I. Kim, Two-dimensional photonic band-gap defect mode laser, Science 284 (1999) 1819–1821.
[14] Y.C. Yang, C.S. Kee, J.E. Kim, H.Y. Park, Photonic defect modes of cholesteric liquid crystals, Physical Review E 60 (1999) 6852–6854.
[15] V.I. Kopp, A.Z. Genack, Twist defect in chiral photonic structure, Physical Review Letters 89 (2002) 033901.
[16] C. Oldano, J.A. Reyes, S. Ponti, Twist defects in helical sonic structures, Physical Review E 67 (2003) 056624.
[17] H. Hoshi, K. Ishikawa, H. Takezoe, Optical second-harmonic generation enhanced by a twist defect in ferroelectric liquid crystals, Physical Review E 68 (2003) 020701.
[18] J. Schmidtk, W. Stille, H. Finkelmann, Defect mode emission of a dye doped cholesteric polymer network, Physical Review Letters 90 (2003) 83902.
[19] M.H. Song, B. Park, K.C. Shin, T. Ohta, Y. Tsunoda, H. Hoshi, Y. Takanishi, K. Ishikawa, J. Watanabe, S. Nishimura, T. Toyooka, Z. Zhu, T.M. Swager, H. Takezoe, Phase retardation effect on defect
mode lasing in polymeric cholesteric liquid crystals, Advanced Materials (2004) in press.

[20] T. Ohta, M. H. Song, Y. Tsunoda, T. Nagata, Y. Takanishi, K. Ishikawa, J. Watanabe, S. Nishimura, T. Toyooka, H. Takezoe, Monodomain film formation and lasing in dye-doped polymer cholesteric liquid crystal films, Japanese Journal of Applied Physics (2004) in press.

[21] T. Long, T.M. Swager, Using internal free volume to increase chromophore alignment, Journal of American Chemical Society 124 (2002) 3826–3827.

[22] V.I. Kopp, A.Z. Genack, Density of states and lasing at the edge of a photonic stop band in dye-doped cholesteric liquid crystals, Part of the SPIE Conference on Organic Photonic Materials and Devices, San Jose, California 3623 (1999) 71–79.